Titanium Particle Exfoliation from Different Dental Implants after Insertion

Sakanus Vijintanawan°, Kiatanant Boonsirisethb, Bishwa Prakash Bhattara, Supchais Suphangula, Verasak Pairuchveja, Natthamet Wongsirichatb*

°Department of Oral Maxillofacial Surgery, Faculty of Dentistry, Mahidol University, 6 Yothi Street, Rachathewee District, Bangkok 10400, Thailand
bWalailak University International College of Dentistry, 979/42-46 Phahonyothin Road, 19th floor SM Tower, Phaya Thai District, Bangkok 10400, Thailand
bDepartment of Advanced General Dentistry, Faculty of Dentistry, Mahidol University, 6 Yothi Street, Rachathewee District, Bangkok 10400, Thailand

*Corresponding author: natthamet.won@mahidol.ac.th

To cite this article: Vijintanawan S, Boonsiriseth K, Bhattara BP, Suphangul S, Pairuchvej V, Wongsirichat N (2020). Titanium particle exfoliation from different dental implants after insertion. Arch Orofac Sci, 15(2): 149–158. https://doi.org/10.21315/aos2020.15.2.448

To link to this article: https://doi.org/10.21315/aos2020.15.2.448

ABSTRACT

The titanium exfoliation level during dental implant installation has not yet been available. The present study aims to confirm the presence of titanium exfoliation in different implant surfaces throughout the installation and identify the association between insertion torque and surface abrasion. Three different implant surfaces were assigned to low and high insertion torque groups. The implants were installed into porcine bone blocks. Then, the surrounding bone at the ostomy site was analysed for the titanium exfoliation using an inductively coupled plasma mass spectrometry. The low and high insertion torques were 30 Ncm and 58 Ncm, respectively. The average titanium content from all samples was 4.9 ± 2.7 μg. Anodised implant released significantly less titanium compared to others (p < 0.05). All implants released titanium indifferently compared to low and high insertion torques (p > 0.05). Within the limitation of the present study, anodised implant released the least amount of titanium exfoliation. The insertion torque was not associated with titanium exfoliation.

Keywords: Dental implant; post insertion; surface damage; titanium exfoliation; titanium particle

INTRODUCTION

Titanium has been used as material in dental implants for over 50 years (Buser et al., 2017). Mechanical properties such as high strength and excellent resistance to corrosion make titanium the most proper substance for an oral implant (Mombelli et al., 2018). However, the failures of dental implants are still present. The potential cause of implant loss usually is bone resorption. Researchers are always looking for an answer to why early and late bone loss happens. Several causes of progressive bone loss are suspected, including infection, overloading force, systemic diseases, and inflammatory response (Oh et al., 2002; Mombelli et al., 2018).
Recently, titanium particle and ion have been regarded as responsible for the surrounding implant bone loss. The particle might play roles in inducing inflammatory reaction and hypersensitivity (Fretwurst et al., 2018). A high amount of titanium particles was identified around soft and hard tissue in a peri-implantitis case. Such findings might give a clue that the titanium particle could be a possible contributing factor for the bone resorption (Olmedo et al., 2013).

Several mechanisms for titanium release have been suspected, including a titanium exfoliation during installation and cleaning, micromovement between abutment-fixture connection and biocorrosion (Fretwurst et al., 2018). Titanium particles were found around a bone-implant junction immediately after the implant was placed (Franchi et al., 2004). Previous study also found that the movement between the abutment-fixture interfaces released the particle to peri-implant tissue (Blum et al., 2015). Although titanium is believed to be well tolerated by the human body, the biocorrosion persisted under an inflammatory environment (Ishii et al., 2003).

Studies on titanium release during the installation are not adequately available. Therefore, the present study aimed to confirm the presence of titanium exfoliation in different implant surfaces throughout the implant installation. In addition, the study intended to identify the association between insertion torque and surface abrasion.

**MATERIALS AND METHODS**

**Experiment Model**

Experimental model was approved by Mahidol University-Institute Animal Care and Use Committee (MU-IACUC 2019/005). The experiment was carried out on an ex vivo porcine pelvis model. Implants were installed into bone blocks, and then they were removed. The amount of titanium around osteotomy site was assessed.

**Implant Selection**

Three commercial brands of implants were selected including 4.0 mm × 10 mm sandblasted large-grit acid-etched (SLA, Superline, Dentium, Seoul, Korea), 4.0 mm × 10 mm laser-treated (LAS, Biomate Plus, Biomate, Kaohsiung, Taiwan), and 4.3 mm × 10 mm anodised surface (ANO, Nobel CC, Nobel Biocare, Karlskoga, Sweden) implants (Fig. 1). All implants shared a similar configuration, which was the tapered and self-tapping design. The sample size was five implants in each group. The micro-surface morphology of the implants were also investigated.

**Bone Block Preparation**

The blocks were cut into 2 cm size, and bone density was investigated using CT scan (Revolution frontier, GE Health Care Co., Inc., Chicago, USA). The bone density of the blocks was allowed between 500–600 Hounsfield units (Fig. 2). The bone blocks were also cut into halves and clamped together before implant osteotomy and installation. Unclamping the block allowed the easy removal of implant and caused the least harmful to the implant surface during removal.
Fig. 1 Scanning electron microscope illustration showing gross and micromorphology; SLA: sandblast large-grit acid etch surface, LAS: laser-treated surface, ANO: anodised surface.

Fig. 2 Radiographic image of the porcine bone block.

**Insertion Protocol**

The study group was divided into high (>35 Ncm) and low (≤35 Ncm) insertion torque. All implants were installed by a single highly experienced practitioner who was familiar with the study implants. A pilot study was performed to identify a proper osteotomy for achieving the intended insertion torque. All implants were installed into porcine bone blocks at the crestal level, and then removed immediately by unclamping the block.

**Titanium Exfoliation Analysis**

After the implants were removed from the blocks, the blocks were reclamped. Then, a trephine drill of diameter 8 mm was used to harvest the surrounding bone from the socket. The samples were weighted to be between 100 mg and 200 mg. Based on the recommended protocol, microwave digestion (Titan MPS, PerkinElmer, Germany) was used to digest samples before the quantification of titanium. The samples were digested in 7 mL of HNO₃, then the solution was filtrated with a filter paper and diluted to
50 mL with Type I water. The condition of running a program is shown in Table 1. After the digestion, an inductively coupled plasma mass spectrometry (ICP-MS) (NexION 350x, PerkinElmer, USA) was used to quantify the released titanium particles and the data was processed using SyngistixTM for ICP-MS version 1.0 (Shelton, CT, USA). Internal (1,000 μg/mL Scandium, PerkinElmer, USA) and external (Instrument calibration standard 2, PerkinElmer, USA) standards were also used.

**Statistical Analysis**

Statistical analyses were performed using the commercially available software, SPSS version 18.0 (Chicago, IL, USA). The data normality was proved using the Kolmogorov-Smirnov test. The torque values and amount of released titanium particles were expressed as the mean ± standard deviation (SD). Differences between groups were analysed by one-way ANOVA and least significant difference (LSD) test. The independent t-test was used to compare high and low insertion torque groups. Pearson correlation test was used to identify the association between the insertion torque value and the amount of titanium exfoliation. The statistical significance level was set to \( p < 0.05 \).

**RESULTS**

The differences in the torque values between different implants within the low (30.0 ± 1.7 Ncm) and high (57.5 ± 8.8 Ncm) insertion torque groups were not statistically different (\( p = 0.496 \) and \( p = 0.902 \), respectively). The level of titanium exfoliation is shown in Fig. 3. The average titanium content from all samples was 37.7 ± 11.5 mg/kg or 4.9 ± 2.7 μg. The ANO exhibited significantly less amount of released titanium at both low and high insertion torques compared to others (\( p = 0.042 \) and \( p = 0.001 \), respectively). The comparison within the same implant showed that the level of released titanium between low and high insertion torque was not different (\( p \)-values are shown in Fig. 3). In addition, the association between the insertion torque and released titanium was not found (\( p = 0.379 \)).

**DISCUSSION**

Titanium has been widely used for medical implants such as the oral implant, orthopaedic prosthesis and arterial stent. It is also regularly contained in daily products, for example, cosmetics, food additives and toothpastes (Kim et al., 2019). Recently, the concern of local and systemic titanium toxicity has risen. Titanium dioxide is the most common form found in the human body (Grande and Tucci, 2016). Many studies reported uptake of the titanium dioxide particle by both the animal and human cells. All metallic forms pose some biologic risks such as cytotoxicity, metal hypersensitivity, chronic inflammation, tissue necrosis and bone resorption (Sarmiento-González et al., 2009; Mombelli et al., 2018). Titanium in both colloidal and ionic forms can be transferred through the human circulatory system and get accumulated in specific organs such as lymph nodes, spleen, liver, or specific immune cells (Grande and Tucci, 2016). Fibrosis in the alveolar tissue, necrosis of hepatocyte, and the central

**Table 1** Microwave digestion condition

| Step | Temperature (‘C) | Ramp time (min) | Holding time (min) |
|------|-----------------|----------------|-------------------|
| 1    | 160             | 5              | 10                |
| 2    | 190             | 3              | 25                |
| 3    | 50              | 1              | 15                |
nervous system damage has been reported in animal models (Bermudez et al., 2004; Wang et al., 2007; Valentini et al., 2018). In addition, the titanium level in human blood was used as a biomarker for orthopaedic implant failure. Increased titanium level around orthopaedic prostheses and in blood indicated increased local and systemic inflammation indicating the ailing prostheses (Lalor et al., 1991; Thomas et al., 2006).

In orthopaedics, the titanium exfoliation from the prostheses disrupted the balance of bone remodelling (Marshall et al., 2008). Direct activation of macrophage has been identified as a possible cause. In addition, the simulation of the surrounding cells to release various cytokines promoted a negative impact on the surrounding tissue (Wang et al., 2007; Wachi et al., 2015). In vitro studies have shown that the osteoblasts responded to the titanium particle by losing viability, decreased adhesion and decreased proliferation. The titanium particle also provoked human osteoclast precursor to a mature osteoclast by activation of nuclear factor-kB ligand and osteoprotegerin (Pioletti et al., 1999; Koide et al., 2003; Cadosch et al., 2010).

Recently, studies are linking the failure of the dental implant to titanium toxicity. Although the titanium used in the dental implant has high corrosion resistance and excellent mechanical properties, released titanium particles still could escape from a surface modification layer (Martini et al., 2003; Xuereb et al., 2015). Peri-implant inflammation has been connected to the titanium particles. A high concentration of titanium was found in peri-implantitis soft and hard tissues. Inflammatory granuloma lesions associated with the dental implant presented a metal-like particle in a histological study. Moreover, inflammatory cells containing titanium particles were also discovered around failed implants (Olmedo et al., 2010; Wachi et al., 2015).

Another cause of implant failure may be attributed to a metal allergy. Hypersensitivity reaction was repeatedly reported. The local symptoms of inflammation such as pain, swelling, erythema and bone resorption, which ensued after dental implant placement subsided after removing the implant. Allergic eczema associated with the dental implant was also reported (Lim et al., 2012; Hosoki et al., 2016; Albrektsson et al., 2018).
A plausible mechanism of titanium exfoliation consisted of mechanical wear and biocorrosion. Friction and stress between implant and bone during the installation mechanically cause the stripping of titanium particles from the surface (Schliephake et al., 1993; Sridhar et al., 2016). However, the amount of titanium content has not yet been identified or related to clinical implications. Several studies demonstrated wear debris at the implant-abutment interface because of micromovement upon function (Blum et al., 2015). Moreover, disinfection titanium surface and implantoplasty caused the exfoliation of titanium (John et al., 2014). Despite high corrosion resistance, the titanium implant still corroded under an oral environment, especially under an inflammatory circumstance (Mombelli et al., 2018).

The bone surrounding the implant undergoes a remodelling process from the first to last day. Trauma from surgery and function triggers a bone turnover. Mild trauma promotes successful osseointegration meanwhile more trauma could lead to a bone or implant loss. Peri-implantitis is usually a cause for implant loss. However, it is not responsible for an early bone loss. The causes of early bone loss are low primary stability, premature loading, excessive trauma, infection, and patient behaviours or systemic diseases (Qian et al., 2012; Albretsson et al., 2017). In addition, individual immunological reactions to a foreign body could be a possible cause (Trindade et al., 2016).

The reaction between the titanium particle and immune cells clearly showed a negative impact. A specific genotype of interleukin was found in association with the early bone loss (Shimpuku et al., 2003). Therefore, an excessive immune reaction between the titanium exfoliation and immune cells should not be overlooked. The early bone loss might relate to the particle in some specific patients. As mentioned above, the previous publication confirmed the presence of titanium exfoliation during the installation. This study was the first to report the titanium levels in three common commercial implant surfaces after installation. Further clinical studies on the adverse effects of oral implant titanium exfoliation could identify or rule out the potential bone destruction attributed to titanium particles.

High insertion torque has been a controversial issue due to its detrimental effect (Berardini et al., 2016). The high insertion torque improved primary stability by reducing micromobility, which was important in an immediate loading (Trisi et al., 2011). However, a concept of compressive necrosis was against the high insertion torque protocol. Duyck et al. (2015) reported greater marginal bone resorption when placing an implant with high torque (>50 Ncm) while many authors found no harmful effects from high torque protocol. The present study also found the increased level of titanium content when the fixture was installed with high torque. However, the statistical analysis showed insignificant differences. A study in denser bone type or increasing torque might show a more significant outcome.

The anodised implant produced the least titanium exfoliation. This might be due to the low surface roughness of the anodised implant. With a smaller surface area, the anodised titanium surface had less chance to physically contact to the surrounding bone. A previous study found 1,940 μg/kg of titanium particles around the implant site in the human jaw, which was considered as the titanium quantity during function (He et al., 2016). The amount was around 300 times less than our result. A similar study in the animal model assessed titanium in surrounding bone one year after placement found around 200 ng of titanium which was 2.5 times less than our result (Wennerberg et al., 2004). The concentration of titanium in submucosal plaque (48.73 ng/μL) and gingival fluid (2.02 to 2.44 ppb) was also found immensely less than our result (Olmedo et al., 2013; Safioti et al., 2017). Therefore, the amount of titanium immediately after the installation is greater than during the function.
TiTiium exfoliation after the installation was quantified in the present study. The amount immediately after the installation was surprisingly greater than during function. This high amount of titanium should be considered for further studies to identify the clinical risk and immunological response which may explain early implant failure or marginal bone loss in a specific circumstance. However, this study did not identify the biological risk of the titanium particle, which could be future goal.

CONCLUSION

Within the limitation of the present study, anodised implant released the least amount of titanium exfoliation in both low and high insertion torque experiments. The insertion torque was not related to amount of released titanium particle after the installation.

ACKNOWLEDGEMENTS

The authors would like to thank the staff, colleague and dental assistants including co-workers in the Department of Oral and Maxillofacial Surgery, Faculty of Dentistry, Mahidol University. Finally, the authors would like to thank staffs from International College of Dentistry, Walailuk University for editing and revising the language of this manuscript.

Funding and sponsorship: This research received no sponsor or external funding.

Conflicts of interest: The authors declared no conflicts of interest.

REFERENCES

Albrektsson T, Chrzanovic B, Östman PO, Senerby L (2017). Initial and long-term crestal bone responses to modern dental implants. Periodontol 2000, 73(1): 41–50. https://doi.org/10.1111/prd.12176

Berardini M, Trisi P, Sinjari B, Rutjes AW, Caputi S (2016). The effects of high insertion torque versus low insertion torque on marginal bone resorption and implant failure rates: A systematic review with meta-analyses. Implant Dent, 25(4): 532–540. https://doi.org/10.1097/ID.0000000000000422

Bermudez E, Mangum JB, Wong BA, Asgharian B, Hext PM, Warheit DB et al. (2004). Pulmonary responses of mice, rats, and hamsters to subchronic inhalation of ultrafine titanium dioxide particles. Toxicol Sci, 77(2): 347–357. https://doi.org/10.1093/toxsci/kfh019

Blum K, Wiest W, Fella C, Balles A, Dittmann J, Rack A et al. (2015). Fatigue induced changes in conical implant-abutment connections. Dent Mater, 31(11): 1415–1426. https://doi.org/10.1016/j.dental.2015.09.004

Buser D, Senerby L, De Bruyn H (2017). Modern implant dentistry based on osseointegration: 50 years of progress, current trends and open questions. Periodontol 2000, 73(1): 7–21. https://doi.org/10.1111/prd.12185

Cadosch D, Al-Mushaigri MS, Gautschi OP, Meagher J, Simmen HP, Filgueira L (2010). Biocorrosion and uptake of titanium by human osteoclasts. J Biomed Mater Res A, 95(4): 1004–1010. https://doi.org/10.1002/jbm.a.32914

Duyck J, Roesems R, Cardoso MV, Ogawa T, De Villa Camargos G, Vandamme K (2015). Effect of insertion torque on titanium implant osseointegration: an animal experimental study. Clin Oral Implants Res, 26(2): 191–196. https://doi.org/10.1111/clr.12316
Franchi M, Bacchelli B, Martini D, Pasquale VD, Orsini E, Ottani V et al. (2004). Early detachment of titanium particles from various different surfaces of endosseous dental implants. *Biomaterials*, 25(12): 2239–2246. https://doi.org/10.1016/j.biomaterials.2003.09.017

Fretwurst T, Nelson K, Tarnow DP, Wang H-L, Giannobile WV (2018). Is metal particle release associated with peri-implant bone destruction? An emerging concept. *J Dent Res*, 97(3): 259–265. https://doi.org/10.1177/0022034517740560

Grande F, Tucci P (2016). Titanium dioxide nanoparticles: A risk for human health? *Mini Rev Med Chem*, 16(9): 762–769. https://doi.org/10.2174/1389557516666160321114341

Ishii M, Kaneko M, Oda T (2003). Titanium and its alloys as key materials for corrosion protection engineering. In: Nippon Steel Technical Report No. 87 (Special issue on corrosion protection technology). Tokyo: Nippon Steel, pp. 49–56.

He X, Reichl F-X, Wang Y, Michalke B, Milz S, Yang Y et al. (2016). Analysis of titanium and other metals in human jawbones with dental implants: A case series study. *Dent Mater*, 32(8): 1042–1051. https://doi.org/10.1016/j.dental.2016.05.012

Hosoki M, Nishigawa K, Miyamoto Y, Ohe G, Matsuka Y (2016). Allergic contact dermatitis caused by titanium screws and dental implants. *J Prosthodont Res*, 60(3): 213–219. https://doi.org/10.1016/j.jpor.2015.12.004

John G, Becker J, Schwarz F (2014). Rotating titanium brush for plaque removal from rough titanium surfaces: An in vitro study. *Clin Oral Implants Res*, 25(7): 838–842. https://doi.org/10.1111/clr.12147

Kim KT, Eo MY, Nguyen TTH, Kim SM (2019). General review of titanium toxicity. *Int J Implant Dent*, 5(1): 10. https://doi.org/10.1186/s40729-019-0162-x

Koide M, Maeda H, Roccisana JL, Kawanabe N, Reddy SV (2003). Cytokine regulation and the signaling mechanism of osteoclast inhibitory peptide-1 (OIP-1/hSca) to inhibit osteoclast formation. *J Bone Miner Res*, 18(3): 458–465. https://doi.org/10.1359/jbmr.2003.18.3.458

Lalor PA, Revell PA, Gray AB, Wright S, Railton GT, Freeman MA (1991). Sensitivity to titanium. A cause of implant failure? *J Bone Joint Surg Br*, 73(1): 25–28. https://doi.org/10.1302/0301-620X.73B1.1991768

Lim HP, Lee KM, Koh YI, Park SW (2012). Allergic contact stomatitis caused by a titanium nitride-coated implant abutment: A clinical report. *J Prosthet Dent*, 108(4): 209–213. https://doi.org/10.1016/S0022-3913(12)60163-2

Marshall A, Ries MD, Paprosky W, Implant Wear Symposium 2007 Clinical Work Group (2008). How prevalent are implant wear and osteolysis, and how has the scope of osteolysis changed since 2000? *J Am Acad Orthop Surg*, 16(Suppl 1): S1–S6. https://doi.org/10.5435/00124635-200800001-00003

Martini D, Fini M, Franchi M, Pasquale VD, Bacchelli B, M Gamberini et al. (2003). Detachment of titanium and fluorohydroxyapatite particles in unloaded endosseous implants. *Biomaterials*, 24(7): 1309–1316. https://doi.org/10.1016/s0142-9612(02)00508-2

Mombelli A, Hashim D, Cionca N (2018). What is the impact of titanium particles and biocorrosion on implant survival and complications? A critical review. *Clin Oral Implants Res*, 29(Suppl 18): 37–53. https://doi.org/10.1111/clr.13305

Oh TJ, Yoon J, Misch CE, Wang HL (2002). The causes of early implant bone loss: Myth or science? *J Periodontol*, 73(3): 322–333. https://doi.org/10.1902/jop.2002.73.3.322
Olmedo DG, Nalli G, Verdú S, Paparella ML, Cabrini RL (2013). Exfoliative cytology and titanium dental implants: A pilot study. *J Periodontol*, 84(1): 78–83. https://doi.org/10.1902/jop.2012.110757

Olmedo DG, Paparella ML, Brandizzi D, Cabrini RL (2010). Reactive lesions of peri-implant mucosa associated with titanium dental implants: A report of 2 cases. *Int J Oral Maxillofac Surg*, 39(5): 503–507. https://doi.org/10.1016/j.ijom.2009.11.007

Pioletti DP, Takei H, Kwon SY, Wood D, Sung KL (1999). The cytotoxic effect of titanium particles phagocytosed by osteoblasts. *J Biomed Mater Res*, 46(3): 399–407. https://doi.org/10.1002/(sici)1097-4636(19990905)46:3<399::aid-jbm13>3.0.co;2-b

Qian J, Wennerberg A, Albrektsson T (2012). Reasons for marginal bone loss around oral implants. *Clin Implant Dent Relat Res*, 14(6): 792–807. https://doi.org/10.1111/cid.12014

Safioti LM, Kotsakis GA, Pozhitkov AE, Chung WO, Daubert DM (2017). Increased levels of dissolved titanium are associated with peri-implantitis: A cross-sectional study. *J Periodontol*, 88(5): 436–442. https://doi.org/10.1902/jop.2016.160524

Sarmiento-González A, Encinar JR, Marchante-Gayón JM, Sanz-Medel A (2009). Titanium levels in the organs and blood of rats with a titanium implant, in the absence of wear, as determined by double-focusing ICP-MS. *Anal Bioanal Chem*, 393(1): 335–343. https://doi.org/10.1007/s00216-008-2449-2

Schliephake H, Reiss G, Urban R, Neukam FW, Guckel S (1993). Metal release from titanium fixtures during placement in the mandible: An experimental study. *Int J Oral Maxillofac Implants*, 8(5): 502–511.

Shimpuku H, Nosaka Y, Kawamura T, Tachi Y, Shinohara M, Ohura K (2003). Genetic polymorphisms of the interleukin-1 gene and early marginal bone loss around endosseous dental implants. *Clin Oral Implants Res*, 14(4): 423–429. https://doi.org/10.1034/j.1600-0501.2003.110823.x

Sridhar S, Abidi Z, Wilson TG Jr, Valderrama P, Wadhwani C, Palmer K et al. (2016). In vitro evaluation of the effects of multiple oral factors on dental implants surfaces. *J Oral Implantol*, 42(3): 248–257. https://doi.org/10.1563/aaid-joai-D-15-00165

Thomas P, Bandl WD, Maier S, Summer B, Przybilla B (2006). Hypersensitivity to titanium osteosynthesis with impaired fracture healing, eczema, and T-cell hyperresponsiveness in vitro: Case report and review of the literature. *Contact Dermatitis*, 55(4): 199–202. https://doi.org/10.1111/j.1600-0536.2006.00931.x

Trindade R, Albrektsson T, Tengvall P, Wennerberg A (2016). Foreign body reaction to biomaterials: On mechanisms for buildup and breakdown of osseointegration. *Clin Implant Dent Relat Res*, 18(1): 192–203. https://doi.org/10.1111/cid.12274

Trisi P, De Benedittis S, Perfetti G, Berardi D (2011). Primary stability, insertion torque and bone density of cylindric implant ad modum Branemark: Is there a relationship? An in vitro study. *Clin Oral Implants Res*, 22(5): 567–570. https://doi.org/10.1111/j.1600-0501.2010.02036.x

Valentini X, Deneufbourg P, Paci P, Rugira P, Laurent S, Frau A et al. (2018). Morphological alterations induced by the exposure to TiO₂ nanoparticles in primary cortical neuron cultures and in the brain of rats. *Toxicol Rep*, 5: 878–889. https://doi.org/10.1016/j.toxrep.2018.08.006
Wachi T, Shuto T, Shinohara Y, Matono Y, Makihira S (2015). Release of titanium ions from an implant surface and their effect on cytokine production related to alveolar bone resorption. *Toxicology*, **327**: 1–9. https://doi.org/10.1016/j.tox.2014.10.016

Wang J, Zhou G, Chen C, Yu H, Wang T, Ma Y et al. (2007). Acute toxicity and biodistribution of different sized titanium dioxide particles in mice after oral administration. *Toxicol Lett*, **168**(2): 176–185. https://doi.org/10.1016/j.toxlet.2006.12.001

Wennerberg A, Ide-Ektessabi A, Hatkamata S, Sawase T, Johansson C, Albrektsson T et al. (2004). Titanium release from implants prepared with different surface roughness. *Clin Oral Implants Res*, **15**(5): 505–512. https://doi.org/10.1111/j.1600-0501.2004.01053.x

Xuereb M, Camilleri J, Attard NJ (2015). Systematic review of current dental implant coating materials and novel coating techniques. *Int J Prosthodont*, **28**(1): 51–59. https://doi.org/10.11607/ijp.4124